tion of gold, we are disposed to regard it with some favor. Under manipulation, it apparently becomes very dense, and the facility with which it can be used renders it somewhat preferable to crystal or The first piece introduced should be firmly fixed, well'condensed, and upon this, which serves as a base, the remainder of the filling is built. The manner of introducing and condensing the cohesive shred gold is similar to that of the crystal or sponge gold, care being taken to condense it well against the walls of the cavity. The instruments, however, differ from those used for crystal or sponge gold, their points are not so small, nor so deeply serrated. It is recommended to use tolerably blunt instruments with shallow serrations, somewhat similar, as regards the condensing points, to the ordinary condensers for non-adhesive gold foil.
